O bservation of a Triangular to Square Flux Lattice $P$ hase $T$ ransition in $Y B a_{2} C u_{3} O{ }_{7}$

S.P. B row ${ }^{1 ; y}$, D . C haralam bous ${ }^{1}$, E.C. Jones ${ }^{1}$, E M . Forgan ${ }^{1}$, A . Erb ${ }^{2}$, J. K oh $\mathbb{I b r e c h e r}^{1}$<br>${ }^{1}$ School of $P$ hysics and A stronom $y$, U niversity of Birm ingham, B irm ingham B15 2TT, U.K.<br>${ }^{2}$ W alther-M eissner Institut, G arching D -85748, G erm any.<br>${ }^{3}$ P aul Scherrer Institut, V illigen P SI, CH 5232, Sw itzerland.<br>(D ated: M arch 22, 2024)


#### Abstract

W e have used the technique of sm all-angle neutron scattering to observe $m$ agnetic ux lines directly in an $\mathrm{YBa}_{2} \mathrm{Cu}_{3} \mathrm{O}_{7}$ single crystalat elds higher than previously reported. For eld directions close to perpendicular to the $\mathrm{CuO}_{2}$ planes, we nd that the ux lattice structure changes mm oothly from a distorted triangular co-ordination to nearly perfectly square as the magnetic induction approaches 11 T . T he orientation of the square ux lattice is as expected from recent $d-w$ ave theories, but is 45 from that recently observed in $\mathrm{La}_{1: 83} \mathrm{Sr}_{0: 17} \mathrm{CuO}_{4+}$.


PACS num bers: $74.25 .2 \mathrm{t}, 61.12 \mathrm{Ex}, 74.72 \mathrm{Bk}, 74.20 \mathrm{Rp}$

The technique of small-angle neutron scattering (SANS) from ux lines has a long and honorable record in $m$ easuring the properties of ux lines in superconductors. H ow ever, it continues to bring new dividends, especially in unconventional superconductors, since im portant inform ation about the nature of the superconducting state is often revealed by the ux line lattice (FLL)
 tem not only reveals the co-ordination and perfection of the FLL, and its correlation w ith the crystal lattice, but also the absolute intensity $m$ ay be used to determ ine the actual spatial variation of the $m$ agnetic eld $w$ thin the $m$ ixed state and the values of the coherence length and
 tion, ux lines would order in a regular triangular FLL; how ever, anisotropy of the Ferm i surface or of the superconducting order param eter can cause distortions of the triangular lattice or transitions to other structures. $T$ he sim plest situation in a high- $m$ aterial is anisotropy of the $m$ agnetic penetration depth associated w the ective $m$ ass anisotropy $\left[\overline{7}_{1}\right]$; for exam $p l e$, the anisotropy in the ab plane of $\mathrm{YB} \mathrm{a}_{2} \mathrm{Cu}_{3} \mathrm{O}_{7} \quad(\mathrm{YBCO})$ leads at low values of eld to a corresponding distortion of triangular FLLs $\left[{ }_{8}^{-1}\right]$. A t the low ervalues of in borocarbides, \non-
 a variety of FLL distortions and transitions. If the superconducting order param eter has a di erent sym $m$ etry from that of the crystal, this can again be revealed via its $e$ ects on the FLL structure, for instance in the p-wave superconductor $\mathrm{Sr}_{2} \mathrm{RuO} 4$ [ $\left.\mathrm{G}_{1}^{\prime,}, 11_{2}^{1}\right]$. In general in $d$-w ave superconductors $[12,13]$, there is expected to be a tendency tow ards a square FLL as the eld is increased and the anisotropic ux line cores overlap. This $m$ ay be the cause of the FLL phase transition recently observed in overdoped $\mathrm{La}_{1: 83} \mathrm{Sr}_{0: 17} \mathrm{CuO}{ }_{4+} \quad(\mathrm{LSCO})$ at the com para-
 nearest-neighbour directions should lie along the directions of the nodes of the order param eter, which would be at 45 to the $\mathrm{Cu}-0$ bonds in the superconducting layers. This is not, how ever, the orientation of the square

FLL observed in LSC o [2] ${ }_{2}^{-1}$ ]. The orientation $m$ ay instead be controlled by band structure e ects [i]ili], even if the symmetry of the FLL is controlled by d-w ave e ects. It has been suggested that an peak e ect in magnetisation m easurem ents on overdoped YBCO may be a signature of a continuous triangular-to-square FLL transition in this $m$ aterial at high elds [1\$]. H ow ever, others have suggested that there is a glass transition in this region [1].]. O nly by direct $m$ easurem ents $m$ ay such suggestions be tested and the correlation betw een FLL and crystal lattice (or superconducting order param eter) determ ined.

O ur experim ents were perform ed on the SANS-I instrum ent at SIN Q , P SI, Sw itzerland. C old neutrons (8A to 14 A , w ith a FW HM wavelength spread of $10 \%$ ) were collim ated over distances from $4: 5 \mathrm{~m}$ to 15 m , depending on the eld and hence $q$-range required. The di racted neutrons w ere registered on a $128 \quad 128 \quad 7: 5 \mathrm{~m} \mathrm{~m}^{2} \mathrm{~m}$ ultidetector, which was sim ilarly adjustable in distance from the sam ple. The undi racted $m$ ain beam was intercepted by a cadm ium beam stop. A magnetic eld of up to 11 T applied approxim ately parallel to the neutron beam, was provided by a cryom agnetwith a eld uniform ity of 0:2\% over a 1 cm sphere. A variable tem perature insert containing H e heat exchange gas allow ed sam ple tem peratures from $1: 5 \mathrm{~K}$ to 300 K . T he sam ple w as a 40 mg low \{ tw in-density high-purity single crystal of YBCO grown in a BaZrO 3 crucible [1] $T_{1}$ and oxygenated close to $O_{7}$ by high-pressure oxygen treatm ent in order to reduce pin-
 therefore overdoped and had a $T_{c}$ of 86 K . It w as initially $m$ ounted w ith its c-axis parallel to the eld direction. In order to satisfy the B ragg condition for each di raction spot in tum and hence establish the FLL structure, the cryom agnet and sam ple together could be rotated or tilted to bring the F LL B ragg planes to the appropriate sm all angles ( 1 ) to the incident neutron beam.

In $F$ ig. 1 is shown the FLL di raction pattem $o b-$ tained at the low eld of 1 T . The m ost obvious feature of this pattem is its fourfold symmetry which reects the average fourfold sym $m$ etry of the tw inned or-


FIG.1:FLL di raction pattem at $1 \mathrm{~T} . \mathrm{Th}$ he gure shows the counts on the SANS m ultidetector at 4 K ( m inusbackgrounds obtained above $T_{c}$ ) sum $m$ ed over a range of angles betw een the eld direction and the neutron beam. $N$ oise at the centre of the picture has been $m$ asked. T he cryostat $w$ as rocked by

1 about horizontaland verticalaxes, ensuring that all spots in the di raction pattem from the sam ple are detected. T he f110g directions, corresponding to tw in plane directions are vertical and horizontal in this picture. In all cases, the FLL was form ed by applying the eld above $T_{c}$ and cooling.
thorhom bic structure of our YBCO sam ple. H ow ever, the F LL structure itself has triangular coordination, and the symm etry of $F$ ig. 1 arises from four orientations of distorted triangular FLLs, present in di erent dom ains in the sam ple, as was rst observed by K eim eret al. [1"\$]. The di raction spots arising from these four triangular lattioes are represented in $F$ ig. 2. It appears that the distortion of the individual lattioes arises $m$ ainly from the $\mathrm{a} / \mathrm{b}$ anisotropy present in each orthorhom bic dom ain in the crystal $\left.2 \underline{a}_{1}^{\prime}, 21_{1}^{1}\right]$. $T$ his interpretation was con m ed by $m$ easurem ents on an untw inned sam ple [id] which show di raction spots distributed around an ellipse aligned w th the a and b axes. The ratio of the principal axes of the ellipse should represent the anisotropy of the London penetration depth for $\mathrm{B}_{\mathrm{c} 1} \quad \mathrm{~B} \quad \mathrm{~B}_{\mathrm{c} 2} \quad\left[\begin{array}{l}1 \\ 1\end{array}\right]$. The value we observe for the anisotropy ratio, $a b$, in our sam ple is $1: 28(1)$, whereas $m$ any estim ates of this quantity are rather larger [ $\left.\overline{2} \overline{2}^{\prime}\right]$. H ow ever com parable values to ours were obtained by $m$ easurem ents on a separate untw inned sam ple using neutrons [ torque m agnetom etry $\left[\begin{array}{c}23 \\ {[2]}\end{array}\right]$. O ur results are also corroborated by recent surface-sensitive $m$ easurem ents using a novelatom ic-beam m agnetic-resonance technique [ $\left.{ }_{[2]}^{2} \mathbf{4}_{1}^{4}\right]$. It seem s likely that the precise value of ab depends on the degree of perfection of the $\mathrm{Cu}-\mathrm{O}$ chains along the b direction [2]. been ascribed to pinning of a pair of spots, and hence planes of ux lines, to the tw in planes [ $[20,12+]$. H ow ever,


FIG. 2: Schem atic of di raction pattems from four distorted triangular FLLs that together account for the pattem in Fig.1. In each orthomom bic dom ain in the tw inned crystal, there are two orientations of FLL (eg. (a) and (b)), derived by taking a regular hexagonal pattem and distorting it by the $\mathrm{a} / \mathrm{b}$ an isotropy [1] pattem is aligned $w$ th one of the $f 110 \mathrm{~g}$ directions. T he centre gure is the superposition of the four FLL dom ains (a), (b), (c) and (d), which gives rise to the pattem in Fig.1. T he angles betw een reciprocal lattice vectors, and, are de ned for use in F ig. 5
results reported later in this Letter also support the existence ofa correlation betw een the nearest-neighbourF LL directions and the directions of zeroes of the $d$-w ave order param eter.

In $F$ ig. 3, we show di raction pattems taken at higher elds. The data taken at 7 T show a distortion of the triangular FLLs so that som e of the weaker spots are closer to the strong spots, and others havem oved tow ards the diagonals. There is clearly another source of distortion than pure $a / b$ anisotropy. Finally at 11 T , the FLL has becom e alm ost exactly square, $w$ ith the weak comer spots now playing the role of second order f1; 1 g spots of a square FLL instead of rst order spots from a distorted triangular F LL. In order to investigate this steady change in the FLL structure with eld, we rotated the crystal about the verticalaxis in Fig. 3, so that the eld was 5 from the c -axis. T his was done in order to break the degeneracy betw een those F LL structures giving strong vertical di raction spots ( F ig. 2 (a) and (c)), and those giving strong horizontal spots ( F ig. 2 (b) and (d)). W ithin anisotropic London theory, this sm all angle of rotation should $m$ ake a negligible change to the FLL distortion. A s shown in Fig. 4., we found that at high elds the FLL structures giving horizontal spots were suppressed and instead only the structures depicted in Fig. 2 (a) and (c)


FIG. 3: FLL di raction pattems, as in Fig. 1 (but with a logarithm ic intensity scale and sm oothed to $m$ ake the w eaker spots $m$ ore clearly visible), (a) at $B=7 \mathrm{~T}$, (b) at $B=11 \mathrm{~T}$, show ing the change in position of the weaker spots as the eld is in creased
w ere observed. The advantage ofth is arrangem ent is that the pairs of spots near the horizontal axis in Fig. 4 could be observed easily, w ithout being overlaid by the strong ones on the axis. This allowed us to $m$ easure accurately the spot positions and hence the FLL distortion. N evertheless, at high eld, this pair of spots overlaps, but by assum ing that the spot size is independent of eld, we $m$ ay estim ate the angle between them even when they overlap. Further $m$ easurem ents of spot positions allow us to give a com plete description of the FLL distortions versus eld in term s of the angles between the FLL reciprocal lattice vectors. T he results of this analysis are shown in Fig. 5. It is clear that the low eld structure progressively changes w ith increase of eld, although in our available eld range the FLL never exactly reaches a perfectly square shape. This m ay partly be because the phase transition is at the extrem e of our available eld range, but is also clearly a result of the orthorhom bic structure of YBCO. As depicted in the inset to Fig. 5, the $a / b$ anisotropy of each dom ain $m$ ust, on sym $m$ etry grounds, distort a square lattioe to a rectangular one,


FIG.4:FLL di raction pattemsw the eld rotated 5 from the c-axis, to give only two FLL dom ains: (a) at $B=7 \mathrm{~T}$, (b) at $B=10: 8 \mathrm{~T}$
causing a slight splitting of the \square" spots from a tw inned crystal such as ours.
W e have further investigated $\left[{ }_{[ }^{[ } \underline{Z}_{1}\right]$ the tem peraturedependence of the FLL distortion shown in g. 5. We nd that w ith increasing tem perature, the F LL structure changesm ore tow ards triangular. T hus the boundary betw een square and triangularphasesm ust curve up in eld as tem perature is increased. W e would expect this if the triangular to square transition is due to d-w ave e ects, as the nature of the pairing becom es less im portant as $k_{B} T$ becom es com parable w th the m agnitude of the gap. The shape of the phase boundary is sim ilar to that seen in an overdoped sam ple by $m$ acroscopic $m$ easurem ents [16], but not the same as that proposed in ref. [1]- ${ }^{-1}$ ]. U nlike LSCO $\left[\begin{array}{ll}{[1]}\end{array}\right]$ the orientation of the FLL that we observe is aligned as expected from $d-w$ ave theories $\left[122^{1}, 1 ; 13\right.$. It $m$ ay be argued that tw in planes, which are present in LSCO and YBCO are controlling the FLL orientation. To rule this out, $m$ easurem ents were also taken $w$ th the
eld at an angle to both sets of tw in planes in our sam ple and the shape and orientation of the FLL was essentially unchanged. O ne should also note that the predicted difference in free energy betw een the two orientations of a


FIG.5: Field-variation at 5 K of two of the angles between reciprocal lattice vectors, and , depicted in Fig. 2. (E rrors are com parable w th them arker size.) A lldata were obtained w ith B parallel to the crystalc-axis except the data for at elds greater than 6 T , which were taken with B at 5 to c in order to resolve this angle $m$ ore clearly (see text). A regular hexagonal lattice would have $==60$, and an exactly square one $=90$ and $=45$. A lso m arked by horizontal lines are predictions of an isotrop ic London theory [1] for and , using a basal plane anisotropy, $a b=1: 28$, and assum ing that one pair of spots is tied to the $f 110 \mathrm{~g}$ directions. In the inset is show $n$ the orthorhombic distortion from an exactly square pattem (exaggerated for clarity), expected in the two orthorhom bic dom ains present in our crystal.
square FLL is much larger than that betw een any triangular and the low er energy square orientation [12]. W e also note that a sim ilar correlation betw een F LL orientation and probable direction of d-w ave nodes has recently also been observed in $\mathrm{CeC} \circ \mathrm{In}_{5}\left[{ }_{[ }^{[ } \bar{T}_{1}\right]$. Further support of the $d-w$ ave origin of the triangular-square transition in Y BCO is the value of the transition eld, which is a sim ilar order ofm agnitude to the predicted $0: 15 B_{c 2}$ [12 12$]$. W e do not believe that in a large- material such as YBCO, the transition is due to nonlocale ects as has been proposed for borocarbides [1] [1]. W e note that our bulk observations of FLL structure are not in com plete agreem ent $w$ ith surface $m$ easurem ents by STM techniques [ $\left.{ }_{2}^{2} \bar{q}^{\prime}, \overline{2} \bar{q}_{1}^{\prime}\right]$. It is possible that the FLL adopts a di erent structure near the surface, or that the surface has di erent doping from the bulk. It is clear [1] $\left.{ }^{-1}\right]$ that the phase diagram is strongly doping-dependent.

In conclusion, using sm all-angle neutron scattering, we have directly observed a change from triangular to square co-ordination of the ux line lattioe as a function ofm agnetic eld in fully oxygenated $\mathrm{YB} a_{2} \mathrm{Cu}_{3} \mathrm{O}_{7}$. This phase transition is m ost naturally interpreted as a consequence
of the d-w ave character of the order param eter, which is expected to be $m$ ore prom inent at high $m$ agnetic elds, where the ux line cores begin to overlap. The orientation of the FLL is as expected from an isotropic d-w ave
 likely from ourm easurem ents that at high elds, the FLL orientation, particularly when the FLL becom es square, is caused by the correlation betw een FLL planes and the directions of zeroes of the $d-w$ ave order param eter. It would clearly be of great interest to repeat these investigations in an untw inned crystal, where the e ects of any pinning by tw in planes would be com pletely rem oved, and the e ect of the a/b anisotropy on the \square" FLL w ould be crystal-clear. It appears that further investigation of these phenom ena will allow stringent tests of theories of the order param eter in the $m$ ixed state of $h$ igh $-T_{c}$ $m$ aterials as a function of angle of eld and doping.

This work was performed at the Sw iss Spallation $N$ eutron-Source $S \mathbb{N} Q, P$ aulScherrer Institut (P SI), $V$ iligen, Sw itzerland.

[^0]
[^0]:    [1] P .G . K ealey et al, P hys. R ev. Lett. 84, 6094 (2000).
    [2] R.G ilardi et al., P hys. R ev. Lett. 88, 217003 (2002).
    [3] A. H uxley et at., N ature 406,6792 (2000).
    [4] D M CK. Paul et al, Phys. R ev. Lett. 80, 1517 (1998).
    [5] E M . Forgan et al, P hys. R ev. Lett. 88, 167003 (2002).
    [6] T M . R isem an et al, N ature 404, 6778 (2000).
    [7] S L. Thiem ann et al, Phys. Rev. B 39, 11406 (1989).
    [8] S.T . Johnson et al., P hys. R ev. Lett. 82, 2792, (1999).
    [9] V .G . K ogan et al, Phys. R ev.B 55, R 8693 (1997).
    [10] Y. D eW ilde et al,, Phys. Rev. Lett. 78, 4273 (1997).
    [11] D F.A gterberg, P hys. R ev. Lett. 80, 5184 (1998).
    [12] M . Ichioka at al, J. Phys. Soc. Jpn. 71, 3928 (1997); M . Ichioka et al, Phys. Rev. B 59, 8902 (1999).
    [13] J.Shiraishiet al, P hys. R ev. B 59, 4497 (1999).
    [14] N . N akai et al., Phys. R ev. Lett. 89, 237004 (2002).
    [15] B. R osenstein et al., Phys. R ev. Lett. 83, 844 (1999).
    [16] K. Shibata et al, Phys. Rev. B 66, 214518 (2002).
    [17] A. Enb at al, Physica C 258, 9 (1996).
    [18] A. Eno et al, Solid State C om m un. 112, 245 (1999).
    [19] B . K eim er et al, P hys. R ev. Lett. 73, 3459 (1994).
    [20] E M . Forgan et al, Phys. R ev. Lett. 75, 1422 (1995).
    [21] M B.W alker et al, Phys. Rev.B 52, 97 (1995).
    [22] N L. W ang et al, Phys. Rev. B 57, R 11081 (1998); D N. Basov et al, Phys. Rev. Lett. 74, 598 (1995); A.G. Sun et al, Phys. Rev.B 52, R 15731 (1995).
    [23] C.A ger et al, P hys. R ev. B 62, 3528 (2000).
    [24] H. H auglin et al, Phys. Rev. B 67, 014507 (2003).
    [25] J.L. Tallon et al., Phys. Rev. Lett. 74 , 1008 (1995).
    [26] S P. B rown et al, to be published.
    [27] M R .Eskildsen et al, P hys.R ev.Lett. 90, 187001 (2003).
    [28] . F ischer et al., P hysica C 282, 315 (1997).
    [29] K . Shibata et al, Physica C 388, 277 (2003).

    Ye-m ail: sp brown@ physics.org

